The electrical transport properties of individual Mg doped GaAs nanowires are investigated. It is shown that Mg can be successfully used as a nontoxic p-type dopant in GaAs nanowires. The doping levels, expanding over two orders of magnitude, and free holes mobility in the NW were obtained by the analysis of field effect transistors transfer curves. The temperature dependence of the electrical resistivity above room temperature shows that the polytypic structure of the NWs strongly modifies the NWs charge transport parameters, like the resistivity activation energy and holes mobility. At lower temperatures the NWs exhibit variable range hopping conduction. Both Mott and Efros-Shklovskii variable range hopping mechanisms were clearly identified in the nanowires.
Introduction
Semiconductor nanowires (NWs) of III-V compounds [1] [2] [3] [4] [5] are promising nanostructures for optoelectronic devices applications [5, 6] . However, the influence of temperature as well as the polytypism in the transport mechanisms of p-type doped III-V NWs has been barely investigated [6] [7] [8] [9] [10] [11] [12] [13] [14] [15] . In this work, we present a study of the electrical transport properties of polytypic and p-type Mg doped GaAs NWs near and above room temperature.
Beryllium is the standard p-type dopant in III-V compounds thin films due to its near-unity sticking coefficient and low vapor pressure [16, 17] . However, due to its high toxicity, it is important to find nontoxic and noncarcinogenic alternatives. Mg is a known nontoxic shallow acceptor for III-V compounds [13, 16, 17] , but the low incorporation coefficient at the usual growth temperatures had limited its use as a viable p-type dopant in III-V thin films [17] . However, III-V NWs are usually grown at lower temperatures [6, 8] allowing higher doping levels to be reached in those nanostructures. The use of Mg as p-type dopant presents the additional advantage of simplifying the integration of diverse III-V since it dopes all III-V compounds, including nitrides semiconductors. We have recently demonstrated the feasibility of growing Mg doped GaAs NWs [18] and studied their optical properties [19, 20] . In our studies the optical emission was dominated by Zincblende/Wurtzite (ZB/WZ) polytypism along the NWs that creates type-II optical transitions between electrons localized at the bottom of the conduction band of ZB segments and holes localized at the top of the valence band in adjacent WZ segments [18] [19] [20] . Luminescence related to the Mg acceptors was observed on GaAs thin films, but not in the NWs. To further understand the polytypism effects on the electronic process in p-type doped GaAs NWs a deeper study of the electrical transport in individual NWs is carried out here as a function of temperature. 
Results and Discussion
Figure 1(a) shows a transmission electron microscopy (TEM) image of an approximately 40 nm thick GaAs NW. Alternating ZB/WZ (clear and dark) regions [20] along the NW axis are already visible in this magnification, as well as the catalyst gold particle at the top of the NW. The observed NWs presented ZB and WZ regions oriented at the ⟨011⟩ and ⟨1210⟩, respectively. A selected area electron diffraction (SAED) pattern from the central region of the NW is shown in Figure 1 The concentration and mobility of free holes in the FET channel of four individual NWs (NW1 to NW4) were determined by using the standard analysis of the FET transfer characteristic [21] [22] [23] [24] . Figure 2 shows a graph of the holes mobility as a function of holes concentration for different NWs and thin film samples. The values of obtained for the thin films decrease with the holes concentration due to defect scattering [9, 25] . However, the opposite trend is observed for the NWs. These contradictions reveal that the scattering mechanism of free holes in the NWs is significantly different from bulk GaAs. The solid lines in Figure 2 are only guides to the eyes. Figure 3 shows the Arrhenius plot of the electrical resistivity ( ) of individual NWs (NW1 to NW4) between 400 and 300 K. The electronic transport in this temperature region in bulk p-type GaAs is due to free holes in the valence band, thermally ionized from shallow acceptors levels. In our case, these acceptors levels are created by Mg impurities and present ionization energy of 28 meV [15] [16] [17] .
In bulk GaAs the holes mobility above 200 K is dominated by lattice scattering: lat ( ) = 0 (297 K/ ) , where 0 and = 2.3 are constants [26, 27] , as well as by ionized impurity scattering ii [28] . The Matthiessen rule
−1 can be applied in order to found the total holes mobility ( ) [26] [27] [28] . Therefore the electrical resistivity can be approximately expressed by [29] 
where 0 is a constant, is the Boltzmann constant, and is the ionization energy of the Mg acceptors. The values of (presented in Figure 3 and Table 1 ) obtained from the fitting using (1) are significantly different from the expected 28 meV value of the ionization energy of Mg acceptors. This new disagreement also indicates that the transport mechanism of free holes in the NWs is significantly different from the transport in bulk GaAs.
Both discrepancies, in resistivity activation energy and in mobility values, can be explained in terms of the type-II band alignment in the NWs caused by the WZ/ZB polytypism [18] [19] [20] . A simplified band alignment diagram of a section of a GaAs NW is shown in Figure 1(d) . Due to this band alignment, WZ segments act as electron potential wells, while ZB segments act as hole potential wells. The WZ segments will behave as barriers to overcome by the holes in order to be transported along the NWs by a low electric field. Therefore, the transport of free holes in the NW is a complex process influenced not only by the ionization energy of Mg acceptors, but also by the scattering mechanism in the WZ segments and to overcome the WZ barriers.
As the temperature drops most of the free holes are recaptured by acceptors, conduction at the valence band becomes less important, and holes' hopping between acceptors states turns into the main conduction mechanism [30, 31] . In our case, the NWs are thick enough to sustain 3D hopping [30] likewise bulk GaAs.
At temperatures below 280 K, conduction by Mott variable range hopping (Mott-VRH) [31] can be identified in the NWs. The resistivity in this regime is given by
where measures the degree of disorder in the material, 0 and = 18.1 are constants [32] , is the localization length which characterizes the hopping probability between sites, and ( ) is the density of states near de Fermi level.
The Arrhenius plots of ⋅ −1/2 versus −1/4 , between 280 and 55 K, is shown in Figure 4 . A linear region, with characteristic temperature = 3 × 10 4 K, can be observed showing that Mott-VRH is the dominant conduction mechanism.
As temperature further decreases, the Coulomb effect becomes more important and the conductivity crosses over from Mott-VRH to Efros-Shklovskii VRH (ES-VRH) regime where the resistivity is given by [32] 
where is the dielectric constant and 0ES and ES = 2.8 are constants [32] . The Arrhenius plots of ⋅ −1 versus −1/2 for temperatures below 11 K is shown in Figure 4 . A linear region, with ES = 27 K, can be observed below 11 K. However, measurements at much lower temperatures are necessary to precisely evaluate the ES-VRH transport regime.
The above-presented analysis was applied to four NWs with different doping levels (see Table 1 ). Large values of indicate a large degree of disorder in the NWs. The variations of the hopping transport parameters from wire to wire are an additional indication of the effect of polytypism in the charge transport in the NWs.
Conclusions
In conclusion, it was shown that Mg can be used as a nontoxic p-type dopant in GaAs NWs. It was also found that the mobility of free holes, as well as the resistivity activation energy above room temperature, is strongly influenced by the polytypism in the NWs. Two variable range hopping conduction mechanisms were observed at low temperatures, starting from Mott-VRH and transiting to ES-VRH as temperature drops. Further studies are necessary in order to fully understand the effects of the polytypism in the electrical transport mechanism in NWs.
